# Variations around 1D coordination polymers built from the triarylamine scaffold and $\mathrm{Hg}(\mathrm{II})$ or $\mathrm{Cd}(\mathrm{II})$ 

Bérangère Godde, Sylvie Ferlay, Nathalie Kyritsakas, Mir Wais W Hosseini, Abdelaziz Jouaiti

## - To cite this version:

Bérangère Godde, Sylvie Ferlay, Nathalie Kyritsakas, Mir Wais W Hosseini, Abdelaziz Jouaiti. Variations around 1D coordination polymers built from the triarylamine scaffold and $\mathrm{Hg}(\mathrm{II})$ or $\mathrm{Cd}(\mathrm{II})$. Inorganica Chimica Acta, 2020, 503, pp.119427. 10.1016/j.ica.2020.119427. hal-03014342

HAL Id: hal-03014342
https://hal.science/hal-03014342
Submitted on 19 Nov 2020

HAL is a multi-disciplinary open access archive for the deposit and dissemination of scientific research documents, whether they are published or not. The documents may come from teaching and research institutions in France or abroad, or from public or private research centers.

L'archive ouverte pluridisciplinaire HAL, est destinée au dépôt et à la diffusion de documents scientifiques de niveau recherche, publiés ou non, émanant des établissements d'enseignement et de recherche français ou étrangers, des laboratoires publics ou privés.

# Variations around 1D coordination polymers built from the triarylamine scaffold and $\mathrm{Hg}(\mathrm{II})$ or Cd (II) 

B. Godde, ${ }^{\text {a }}$ S. Ferlay,,${ }^{\text {a, }}{ }^{*}$ N. Kyritsakas, ${ }^{\text {a }}$ M. W. Hosseini,,${ }^{\text {a, }}$ A. Jouaiti ${ }^{\text {a }}$<br>${ }^{\text {a }}$ Molecular Tectonics Laboratory, Université de Strasbourg, CNRS, CMC UMR 7140, F-67000 Strasbourg, France


#### Abstract

Two tripodal ligands $\mathbf{1}$ and 2, derived from triarylamine (tris[4-(pyridin-4-yl)phenyl]amine (1) and $\operatorname{tris}(4$ '-(pyridin-4-yl)-[1, 1'-biphenyl]-4-yl)amine (2)), have been synthetized and used for the formation of new 1D coordination networks. The synthesis and complete characterization of $\mathbf{2}$ is described. Both ligands that present the same geometry but different metrics, have been combined with V shape metalloligands $\mathrm{M}^{\mathrm{II}} \mathrm{X}_{2}(\mathrm{M}=\mathrm{Hg}$ and $\mathrm{X}=\mathrm{Cl}$ or $\mathrm{M}=\mathrm{Cd}$ and $\mathrm{X}=\mathrm{I})$. The solid-state structures of the four new 1D coordination polymers $\left(\mathbf{1}-\mathrm{HgCl}_{2}, \mathbf{1}-\mathrm{HgCl}_{2} \cdot \mathrm{CHCl}_{3}, \mathbf{2}-\mathrm{HgCl}_{2}\right.$ and $\left.\mathbf{2}-\mathrm{CdI}_{2}\right)$ have been studied by X -ray diffraction on single crystals. The packing of networks and solvent molecules, when present within crystals, is mainly governed by $\pi-\pi$ interactions.

Depending on the nature of the ligand and the metalloligand, two types of coordination modes are observed: (i) ligand 1 may behave as a V shape connector with one pyridyl group remaining uncoordinated, and tetracoordinated $\mathrm{Hg}(\mathrm{II})$ cation leading, in $\mathbf{1 - H g C l}$, to a helicoidal arrangement; and (ii) ligands $\mathbf{1}$ and $\mathbf{2}$, when assembled with $\mathrm{HgCl}_{2}$ and $\mathrm{CdI}_{2}$ lead to a ladder-like structure $\left(\mathbf{1}-\mathrm{HgCl}_{2} \cdot \mathrm{CHCl}_{3}, \mathbf{2}-\mathrm{HgCl}_{2}\right.$ and 2$\mathrm{CdI}_{2}$ ), resulting from the recognition of the T -shape ligand ( $\mathbf{1}$ or $\mathbf{2}$ ), whereas all the pyridyl groups are involved in the coordination with the pentacoordinated M (II) cation. The tuning of the geometrical parameters of the 1D ladder-like networks appears possible through the initial choice of ligands.


## Key words:

Tripodal triarylamine based ligands; 1D coordination network; coordination chemistry, mercury and cadmium cations.

## 1. Introduction

Triarylamines derivatives are attractive redox-active ${ }^{1}$ species displaying highly reversible one electron oxidation process leading to radicals. Due to their chemical stability and electron-rich character, they are used in optimized hole-transporting materials ${ }^{2}$ or in organic emitting diodes, ${ }^{3}$ as well as dye sensitized solar cell for example. ${ }^{4}$ In addition, they were used in polymeric and supramolecular systems, ${ }^{5}$ with diverse functionalities such as optical waveguides, nanowires, etc.

We are interested in triarylamines derivatives for the generation of coordination networks. Coordination networks (CN), ${ }^{6}$ coordination polymers (CPs), ${ }^{7}$ or MOFs ${ }^{8}$ are molecular extended
architectures that may present different functionalities depending on their structures. CP derived from Triarylamines have also been reported.

The coordination abilities of triarylamine derivatives bearing coordinating sites have been thoroughly studied. Several complexes have been obtained, ${ }^{9}$ most of them based on terpyridyl appended species. ${ }^{10}$ Concerning the formation of coordination polymers based on the symmetrical triarylamine core, reports begin in 2013. The C3 geometry of the ligand allows the formation of high dimensional assemblies, when combined with metallic cations. Using the trisubstituted triarylamine scaffold bearing thiophenecarboxylic acid, ${ }^{11}$ triazole, ${ }^{12}$ carboxylic acid, ${ }^{13}$ benzoic acid ${ }^{14}$, or imidazole ${ }^{15}$, extended architectures, offering interesting features such as luminescence, catalysis or gas adsorption properties, have been described. Some other coordination polymers were obtained by breaking the C3 symmetry (dior monosubstituted compounds). ${ }^{16}$ The pyridyl coordinating group has been also used in ligand $\mathbf{1}$ (tris[4-(pyridin-4-yl)phenyl]amine, figure 1) which leads to the formation of diverse coordination polymers with polythreated structures when combined with $\mathrm{Cu}(\mathrm{I})^{17}$ and $\mathrm{Cd}(\mathrm{II}) .{ }^{18}$ The redox properties in the solid-state of the CP obtained with $\mathrm{Zn}(\mathrm{II}),{ }^{19} \mathrm{Cu}(\mathrm{II})^{20}$ are also reported. The use of ligand $\mathbf{1}$ with ancillary ligands and transition metals ( $\mathrm{Co}(\mathrm{II}), \mathrm{Ni}(\mathrm{II}), \mathrm{Fe}(\mathrm{II}), \mathrm{Cd}(\mathrm{II}), \mathrm{Cu}(\mathrm{II}), \mathrm{Zn}(\mathrm{II}))$ has led to the formation of, most of the time, entangled porous compounds, presenting interesting gas adsorption behavior and also luminescent properties. ${ }^{15,21}$ Some of these architectures display chirality. ${ }^{22}$ Some of these compounds have been used for as electrode materials and/or supercapacitors. ${ }^{23}$

No coordination networks based on $\mathrm{Hg}(\mathrm{II})$ cations, that may adopt various coordination spheres, and triarylamine scaffold ligands has been reported to date. In this contribution, we have explored the coordination ability of tripodal ligands $\mathbf{1}$ and 2 (figure 1) towards Hg (II) and $\mathrm{Cd}(\mathrm{II})$ cations. 1 and 2 differ by the length of the spacer between the coordinating pyridyl groups and the scaffold. Four new coordination networks based on ligands $\mathbf{1}$ and $\mathbf{2}$ are presented below, and their structures in the solid state are described.


1


2

Figure 1: Tripodal ligands $\mathbf{1}$ and $\mathbf{2}$ based on the triarylamine core

## 2. Materials and Methods

### 2.1. Characterization techniques

[^0]Mass spectra (MS (ES+)) were obtained on a Bruker MicroTOF spectrometer.
Microanalyses were performed by the Service de Microanalyses de la Fédération de Recherche Chimie, Université de Strasbourg, Strasbourg, France.

### 2.2. Synthesis

All reagents were purchased from commercial sources and used without further purification. $\mathbf{1}$ was prepared following the already published procedure. ${ }^{24} \operatorname{Tris}\left(4^{\prime}\right.$-bromo-[ $1,1^{\prime}$-biphenyl]amine ( $\mathbf{2}^{\prime}$ ) was prepared following the already reported method, using DMF instead of THF/ $\mathrm{H}_{2} \mathrm{O} .{ }^{25}$

### 2.2.1. tris(4'-(pyridin-4-yl)-[1,1'-biphenyl]-4-yl)amine 2

A mixture of Tris(4'-bromo-[1, $1^{\prime}$-biphenyl]amine ( $\left.0.1 \mathrm{~g}, 0,14 \mathrm{mmol}\right)\left(\mathbf{2}^{\prime}\right), \mathrm{K}_{2} \mathrm{CO}_{3}(0.3 \mathrm{~g}, 2.1 \mathrm{mmol})$ and pyridine-4ylboronic acid $(0.30 \mathrm{~g}, 2.1 \mathrm{mmol})$ in 16 mL of a mixture $\mathrm{THF} / \mathrm{MeOH} / \mathrm{H}_{2} \mathrm{O}(10 / 5 / 1)$ was degassed under argon for 20 minutes. $\operatorname{Pd}\left(\mathrm{PPh}_{3}\right)_{4}(0.01 \mathrm{~g}, 0.009 \mathrm{mmol})$ was added, and the mixture was then heated to reflux for 5 days under argon. Solvents were removed under vacuum and the residue was extracted with $\mathrm{CH}_{2} \mathrm{Cl}_{2}(3 \times 50 \mathrm{~mL})$. The combined organic layers were washed with brine, dried over $\mathrm{MgSO}_{4}$, and evaporated to dryness. The residue was purified by silica gel column chromatography with $\mathrm{CH}_{2} \mathrm{Cl}_{2} / \mathrm{MeOH}$ mixture varying from $100 / 0$ to $85 / 15$ as eluent, to provide the target compound $\mathbf{2}$ as yellow solid ( $0.06 \mathrm{~g}, 60 \%$ ).
${ }^{1} \mathrm{H}$ NMR $\left(\mathrm{CD}_{2} \mathrm{Cl}_{2}, 500 \mathrm{MHz}\right): \delta[\mathrm{ppm}]: 8.64(\mathrm{~d}, \mathrm{~J}=5.2 \mathrm{~Hz}, 6 \mathrm{H}), 7.74(\mathrm{~s}, 12 \mathrm{H}), 7.62(\mathrm{~d}, \mathrm{~J}=8.2 \mathrm{~Hz}, 6 \mathrm{H}), 7.56(\mathrm{~d}, \mathrm{~J}=5.2 \mathrm{~Hz}$, $6 \mathrm{H}), 7.26(\mathrm{~d}, \mathrm{~J}=8.2 \mathrm{~Hz}, 6 \mathrm{H})$.
${ }^{13} \mathrm{C}$ NMR $\left(\mathrm{CD}_{2} \mathrm{Cl}_{2}, 126 \mathrm{MHz}\right): \delta[\mathrm{ppm}]: 150.67,147.83,147.46,141.46,136.87,135.02,128.23,127.76,127.55,124.92$, 121.61.

MS (ESI-MS): m/z Calcd. for $\mathrm{C}_{51} \mathrm{H}_{36} \mathrm{~N}_{4} 704.29$; found, $705.30[\mathrm{M}+\mathrm{H}]^{+}$.
Anal. Calcd. for $\mathrm{C}_{51} \mathrm{H}_{36} \mathrm{~N}_{4}\left(\mathrm{H}_{2} \mathrm{O}\right)_{1.5}: \mathrm{C}, 83.69 \%$; H, $5.37 \%$; N, $7.66 \%$; Found: C, $83.68 \%$; H, $5.34 \%$; N, $7.15 \%$.

### 2.2.2. Crystallization conditions

All crystallizations were performed at $c a .25^{\circ} \mathrm{C}$ in a glass vial (height $=6.5 \mathrm{~cm}$, diameter 0.4 cm ).
General procedure for the obtention of crystals: $\mathrm{CHCl}_{3}(2.0 \mathrm{ml})$ containing $\mathbf{1}$ or $\mathbf{2}(0.01 \mathrm{mmol})$ was placed in a tube; then, 3.0 ml of EtOH containing the metal salt ( 0.02 mmol ) was layered at the top of this solution. The test tube was sealed and allowed to stand at room temperature. Upon slow diffusion at room temperature, colourless crystals suitable for X-ray analysis were obtained after $c a$ a week.

## $\mathbf{1}-\mathbf{H g C l}_{\mathbf{2}}$ and $\mathbf{1}-\mathbf{H g C l}_{\mathbf{2}} \cdot \mathbf{C H C l}_{3}$

3 mg of $\mathbf{1}$ was combined with 3 mg of $\mathrm{HgCl}_{2}$.
Both compounds ( $\mathbf{1}-\mathrm{HgCl}_{2}$ and $\mathbf{1}-\mathrm{HgCl}_{2} \cdot \mathrm{CHCl}_{3}$ ) appeared in the same vial, and it was not possible to separate them; for this reason, further characterizations was not possible.

## $\mathbf{2}-\mathrm{HgCl}_{2}$

3 mg of $\mathbf{2}$ was combined with 2.5 mg of $\mathrm{HgCl}_{2}, 60 \%$ yield.

## $2-\mathrm{CdI}_{2}$

3 mg of $\mathbf{2}$ was combined with 4 mg of $\mathrm{CdI}_{2}, 50 \%$ Yield.
Both compounds ( $\mathbf{2}-\mathrm{HgCl}_{2}$ and $\mathbf{2}-\mathrm{CdI}_{2}$ ) present a large quantity of solvents in the crystal, it was not possible to characterize them further: the structure collapses after a long exposure in the air, due to solvent loss.

### 2.3. Crystallography

During X-Ray diffraction measurements, the crystals have been protected by oil (Fomblin Y). Data were collected at 173(2) K on a Bruker APEX8 CCD Diffractometer equipped with an Oxford Cryosystem liquid $\mathrm{N}_{2}$ device, using graphitemonochromated $\operatorname{Mo}-\mathrm{K} \alpha(\lambda=0.71073 \AA)$ radiation. For both structures, diffraction data were corrected for absorption. Structures were solved using SHELXS-97 and refined by full matrix least-squares on $\mathrm{F}^{2}$ using SHELXL-97. The hydrogen atoms were introduced at calculated positions and not refined (riding model). ${ }^{26}$ They can be obtained free of charge from the Cambridge Crystallographic Data Centre via www.ccdc.cam.ac.uk/datarequest/cif. CCDC: $1942809\left(\mathbf{1}-\mathrm{HgCl}_{2}\right), 1942811\left(\mathbf{1}-\mathrm{HgCl}_{2} \cdot \mathrm{CHCl}_{3}\right)$, $1942813\left(\mathbf{2}-\mathrm{HgCl}_{2}\right)$ and $1942812\left(\mathbf{2}-\mathrm{CdI}_{2}\right)$.

## 3. Results

Ligand 2, that presents the same topology as ligand $\mathbf{1}$, was designed while adding a phenyl spacer between the core and the pyridyl coordinating groups, in order to maintain rigidity (figure 1). $\mathbf{1}$ and $\mathbf{2}$ are both "rigid" tripodal N donor ligands, that may act as tris-monodentate connectors.

### 3.1. Synthesis of 2







Figure 2: Synthetic pathway to obtain ligand 2.

The synthetic strategy for obtaining ligand 2 (see the synthetic pathway on figure 2 ) is based on the use of tris(4-Bromobiphenyl)amine ( $\mathbf{2}^{\prime}$ ) that was obtained starting from tris(4-iodophenyl)amine coupled with bromobenzeneboronic acid, then the Suzuki coupling reaction of 2' with 4-pyridinilboronic acid leads to 2 . The total yield is equal to $6.6 \%$, since the first step, due the presence of secondary reactions, has a yield equals to $11 \%$, while the last step presents a $60 \%$ yield (see experimental section).

The coordination ability of both ligands $\mathbf{1}$ and $\mathbf{2}$, was investigated, using the $\mathrm{HgCl}_{2}$ and $\mathrm{CdI}_{2}$ metal salts. Attempts to obtain single crystals using 1 or 2 combined with $\mathrm{HgBr}_{2}, \mathrm{HgI}_{2}, \mathrm{CdBr}_{2}$ or $\mathrm{CdCl}_{2}$ failed: only poor diffracting crystals were obtained with these combinations.

As shown in the experimental section, the diffusion technique was used for the formation of single crystals, that were analyzed using X ray diffraction on single crystals. Owing to small amount of crystals, or to their instability because of the solvent loss, they could not be further characterized.

### 3.2. Coordination properties of 1 and 2

Four different crystals were obtained while performing the slow diffusion technique, starting from 1 or 2 and $\mathrm{HgCl}_{2}$ (or $\mathrm{CdI}_{2}$ ). These polymeric compounds represent the first coordination compounds obtained with $\mathbf{1}$ using $\mathrm{Hg}(\mathrm{II})$ salts. $\mathbf{1}-\mathrm{HgCl}_{2}, \mathbf{1}-\mathrm{HgCl}_{2} \cdot \mathrm{CHCl}_{3}, \mathbf{2}-\mathrm{HgCl}_{2}$ and $\mathbf{2}-\mathrm{CdI}_{2}$ were analysed using X-ray diffraction on single crystals and their structural analysis is presented below. For all crystals, the packing in the solid state results mainly from $\pi-\pi$ interactions between the ligands (1 and 2) between consecutive chains.

Table 1: Crystallographic Parameters for $\mathbf{1}-\mathbf{H g C l}_{2}, \mathbf{1}-\mathbf{H g C l}_{\mathbf{2}} \cdot \mathbf{C H C l}_{\mathbf{3}}, \mathbf{2}-\mathbf{H g C l}_{2}$ and $\mathbf{2}-\mathbf{C d I}_{\mathbf{2}}$ recorded at 173 K .

| Formula | $\begin{gathered} \mathbf{1}-\mathbf{H g C l}_{\mathbf{2}} \\ \mathrm{C}_{33} \mathrm{H}_{24} \mathrm{Cl}_{2} \mathrm{HgN}_{4} \end{gathered}$ | $\begin{gathered} \mathbf{1 -} \mathbf{H g C l}_{2} \bullet \mathbf{C H C l}_{3} \\ \mathrm{C}_{33} \mathrm{H}_{24} \mathrm{Cl}_{2} \mathrm{HgN}_{4}, 1.25 \\ \mathrm{CHCl}_{3} \end{gathered}$ | $\mathbf{2 - H g C l} 2$ $2(\mathrm{C} 51 \mathrm{H} 36 \mathrm{Cl} 2 \mathrm{HgN} 4), 4($ $\mathrm{C} 0.50 \mathrm{H} 0.50 \mathrm{Cl} 1.50)[+$ solvent $]$ | $\begin{gathered} \text { 2-CdI2 } \\ \text { C104H74Cd2Cl6I4N8 } \\ {[+ \text { solvent }]} \end{gathered}$ |
| :---: | :---: | :---: | :---: | :---: |
| Molecular weight | 748.05 | 897.26 | 2310.76 | 2380.81 |
| Crystal system | orthorhombic | triclinic | monoclinic | triclinic |
| Space group | P bca | $P-1$ | P 2/c | $P-1$ |
| $a(\AA)$ | 11.8079(13) | 8.6923(8) | 12.669(2) | 13.7385(13) |
| $b(\AA)$ | 20.3210(16) | 12.1251(11) | 20.792(3) | 21.0792(15) |
| $c(\AA)$ | 23.0739(14) | 17.5157(18) | 21.234(3) | 22.1930(17) |
| $\alpha(\mathrm{deg})$ | 90 | 73.766(4) | 90 | 104.522(5) |
| $\beta(\mathrm{deg})$ | 90 | 80.338(4) | 104.749(5) | 99.993(4) |
| $\gamma$ (deg) | 90 | $77.144(4)^{\circ}$ | 90 | 108.605(4) |
| $\mathrm{V}\left(\AA^{3}\right)$ | 5536.5(8) | 1717.0(3) | 5409.0(15) | 5666.9(8) |
| Z | 8 | 2 | 2 | 2 |
| Colour | Colorless | Colorless | Colorless | Colorless |
| Crystal dim ( $\mathrm{mm}^{3}$ ) | $0.090 \times 0.090 \times 0.110$ | $0.100 \times 0.120 \times 0.140$ | $0.050 \times 0.050 \times 0.060$ | $0.080 \times 0.090 \times 0.100$ |
| Dcalc ( $\mathrm{gcm}^{-3}$ ) | 1.795 | 1.735 | 1.419 | 1.395 |
| $\mathrm{F}(000)$ | 2912 | 873 | 2284 | 2328 |
| $\mu\left(\mathrm{mm}^{-1}\right)$ | 5.784 | 4.961 | 3.203 | 1.950 |
| Wavelength (£) | 0.71073 | 0.71073 | 0.71073 | 0.71073 |
| Number of data meas. | 29129 | 18336 | 65004 | 154884 |
| Number of data with I>2 $\times$ (I) | 6323 [R(int) $=0.0674$ ] | 9268 [R(int) $=0.0538$ ] | 15802 [R(int) = 0.1567]] | $30086[\mathrm{R}(\mathrm{int})=0.0504]$ |
| R | $\begin{gathered} \mathrm{R} 1=0.0772, \\ \mathrm{wR} 2=0.1160 \end{gathered}$ | $\begin{gathered} \mathrm{R} 1=0.0482, \\ \mathrm{wR} 2=0.0981 \end{gathered}$ | $\begin{gathered} \mathrm{R} 1=0.0868, \\ \mathrm{wR} 2=0.2100 \end{gathered}$ | $\begin{gathered} \mathrm{R} 1=0.0952, \\ \mathrm{wR} 2=0.2288 \end{gathered}$ |
| Rw | $\begin{gathered} \mathrm{R} 1=0.1044, \\ \mathrm{wR} 2=0.1236 \end{gathered}$ | $\begin{aligned} & \mathrm{R} 1=0.0836 \\ & \mathrm{wR} 2=0.1065 \end{aligned}$ | $\begin{gathered} \mathrm{R} 1=0.1990, \\ \mathrm{wR} 2=0.2608 \end{gathered}$ | $\begin{gathered} \mathrm{R} 1=0.1453, \\ \mathrm{wR} 2=0.2586 \end{gathered}$ |
| GOF | 1.305 | 1.049 | 1.096 | 1.058 |
| Largest peak in final difference ( $\mathrm{C}^{-3}$ ) | 1.939 and -1.622 | 1.436 and -1.439 | 3.521 and -1.957 | 2.161 and -1.598 |

### 3.2.1. $1-\mathrm{HgCl}_{2}$

While crystallizing $\mathbf{1}$ with $\mathrm{HgCl}_{2}$, two types of solvates were obtained in the same vial.
$\mathbf{1 - H g C l}$, of formula $\mathrm{C}_{33} \mathrm{H}_{24} \mathrm{Cl}_{2} \mathrm{HgN}_{4}$, reveals to crystallize in the orthorhombic Pbca system. The crystal is composed only of neutral ligand $\mathbf{1}$ and $\mathrm{HgCl}_{2}$ (see crystallographic table 1). Ligand $\mathbf{1}$ acts as a tripodal ligand (V shape) interconnecting the V shape $\mathrm{HgCl}_{2}$ metalloligand, which leads to an overall crenellated chain. One of the pyridyl nitrogen atoms of $\mathbf{1}$ remains uncoordinated, so that $\mathbf{1}$ behaves as a V shape connector. Two of the pyridyl nitrogen atoms of 1 are involved in coordination bonds with $\mathrm{HgCl}_{2}$, and the metal center is thus in a deformed tetrahedral $\mathrm{N}_{2} \mathrm{Cl}_{2}$ environment as seen from the angles and distances reported in table 2 . A helicoidal chain arises from this interconnection mode (figures 3 a and b ).
"U-shaped" units provide to the polymer a unique twisted shape leading to an helical architecture. The latter, running along the $b$ axis, are entagled, leading to " 4 chains achiral motives" held by $\pi-\pi$ interactions as presented in figure 3 c .


Figure 3: For the coordination compound $\mathbf{1}-\mathrm{HgCl}_{2}$, view of the 1D chain (a) and (b) packing of the chains in the unit cell along the $b$ axis (c). Hydrogen atoms have been omitted for the sake of clarity.

### 3.2.2. $1-\mathrm{HgCl}_{2}{ }^{\circ} \mathrm{CHCl}_{3}$

A solvate form of $\mathbf{1}-\mathrm{HgCl}_{2}, \mathbf{1}-\mathrm{HgCl}_{2} \cdot \mathrm{CHCl}_{3}$, was also simultaneously observed.
$1-\mathrm{HgCl}_{2} \cdot \mathrm{CHCl}_{3}$, of formula $\mathrm{C}_{33} \mathrm{H}_{24} \mathrm{Cl}_{2} \mathrm{HgN}_{4} \cdot 1.25 \mathrm{CHCl}_{3}$, crystallizes in the triclinic $P-1$ system. The crystal is composed of neutral ligand $\mathbf{1}, \mathrm{HgCl}_{2}$ and $\mathrm{CHCl}_{3}$ molecules (see crystallographic table 1). Ligand $\mathbf{1}$ acts as a tripodal entity ( T shape) connecting the V shape $\mathrm{HgCl}_{2}$ metalloligand, leading to a ladderlike chain (figure 4). In this case, all the pyridyl nitrogen atoms of $\mathbf{1}$ are involved in coordination bonds with $\mathrm{HgCl}_{2}$ and the metal center adopts a pyramidal square planar with $\mathrm{N}_{3} \mathrm{Cl}_{2}$ environment, as seen from the angles and distances reported in table 2. There are no interactions between the solvent molecules and 1D arrays.

The chains are stacked along the $a$ and $b$ axis, through $\pi$-stacking interactions, as shown in figure 4 b.


Figure 4: For the coordination compound $\mathbf{1}-\mathrm{HgCl}_{2} \cdot \mathrm{CHCl}_{3}$, view of the 1 D chain in the $x \mathrm{O} y$ plane (a), and packing of the chains in the unit cell, in the $x \mathrm{O} z$ plane (b). Hydrogen atoms have been omitted for the sake of clarity

### 3.2.3. 2- $\mathrm{HgCl}_{2}$

The crystallization of $\mathbf{2}$ with $\mathrm{HgCl}_{2}$ leads to the formation of a coordination network that crystallizes in a monoclinic $P 2 / c$ system, with the formula $\mathrm{C}_{33} \mathrm{H}_{24} \mathrm{Cl}_{2} \mathrm{HgN}_{4}, 1.25 \mathrm{CHCl}_{3}$ (see crystallographic table 1). Only a partial resolution of the solvent molecules present in the crystal was achieved, and, because of disordered solvent molecules, the structure was refined by applying the squeeze command. ${ }^{27}$ As in the case
of $\mathbf{1}-\mathrm{HgCl}_{2} \cdot \mathrm{CHCl}_{3}$, the formation of a ladder-like chain running along the $c$ axis (figure 5 a ), was observed. The latter results from the mutual interconnection of $\mathbf{2}$ behaving as T shape and pentacoordinated Hg (II) in a pyramidal square planar $\mathrm{N}_{3} \mathrm{Cl}_{2}$ environment, as shown by angles and distances provided in Table 2.


Figure 5: For the coordination compound $\mathbf{2}-\mathrm{HgCl}_{2}$, view of the 1D chain (a), and packing of chains in the unit cell (b). Hydrogen atoms have been omitted for the sake of clarity

The chains are stacked along the $a$ axis, through $\pi$-stacking, as shown in figure 5 b .

In parallel to this study, the metal salt $\mathrm{CdI}_{2}$, which may also act as a V shape metalloligand, was investigated.

### 3.2.4. 2-CdI 2

The crystallization of 2 with $\mathrm{CdI}_{2}$ leads to the formation of a coordination network that crystallizes in a triclinic $P-1$ system, with the formula $\mathrm{C}_{104} \mathrm{H}_{74} \mathrm{Cd}_{2} \mathrm{Cl}_{6} \mathrm{I}_{4} \mathrm{~N}_{8}$ (see crystallographic table 1). Due to the presence of disordered solvent molecules, the squeeze command ${ }^{27}$ was used to finalize data refinement and structural resolution.
As in the case of compound $\mathbf{1}-\mathrm{HgCl}_{2} \cdot \mathrm{CHCl}_{3}$ and $\mathbf{2}-\mathrm{HgCl}_{2}$, a ladder-like chain running here along the $c$ axis (figure 6a) was observed. The latter results from the interconnection of the T shape ligand 2 by the pentacoordinated $\mathrm{Cd}(\mathrm{II})$, in a pyramidal square planar $\mathrm{N}_{3} \mathrm{I}_{2}$ environment, as shown by angles and distances reported in Table 2. A disorder is observed for phenyl and pyridyl rings of 2 (not presented here).


Figure 6: For the coordination compound 2-CdI 2 , view of the 1D chain, and packing of the chains in the unit cell. Hydrogen atoms have been omitted for the sake of clarity. Disorder on a phenyl ring and pyridyl ring is not represented for clarity.

The chains are stacked along the $a$ axis, through $\pi$-stacking, as shown in figure 6 b .

Table 2: Useful distances for the geometry around M (II) ions for $\mathbf{1}-\mathbf{H g C l}_{\mathbf{2}}, \mathbf{1}-\mathbf{H g C l}_{\mathbf{2}}{ }^{\bullet} \mathbf{C H C l}_{\mathbf{3}}, \mathbf{2}-\mathbf{H g C l} \mathbf{I}_{\mathbf{2}}$ and $\mathbf{2}-\mathbf{C d I}_{\mathbf{2}}$

|  | $\mathbf{1 - H g C l}$ |
| :--- | :---: | :---: | :---: | :---: |

## 4. Discussion

The four new structures were obtained under self-assembly conditions, revealing that it is possible, using ligands $\mathbf{1}$ and $\mathbf{2}$ offering the same topology (tripodal), to obtain the same connection pattern (ladder-like structure for $\mathbf{1}-\mathrm{HgCl}_{2} \cdot \mathrm{CHCl}_{3}, \mathbf{2}-\mathrm{HgCl}_{2}$ and $\mathbf{2}-\mathrm{CdI}_{2}$ ).

No isostructural compounds were observed within this series, however, one may assume that 1$\mathrm{HgCl}_{2} \cdot \mathrm{CHCl}_{3}$ and $\mathbf{2}-\mathrm{HgCl}_{2}$ or $\mathbf{2}-\mathrm{CdI}_{2}$ are "isoreticular", they present the same connectivity between their components. The solvent molecules, chlorinated solvent, appear to play a crucial role for the formation of the ladder-like structure $\left(\mathbf{1}-\mathrm{HgCl}_{2} \cdot \mathrm{CHCl}_{3}, \mathbf{2}-\mathrm{HgCl}_{2}\right.$ and $\left.\mathbf{2}-\mathrm{CdI}_{2}\right), \mathrm{CHCl}_{3}$ molecules were present and for the most flexible ligand $\mathbf{2}$, they are highly disordered.

The fact that starting from $\mathbf{1}$ and $\mathrm{HgCl}_{2}$, two different solvates were obtained: $\mathbf{1}-\mathrm{HgCl}_{2}$ and $\mathbf{1 -}$ $\mathrm{HgCl}_{2} \cdot \mathrm{CHCl}_{3}$ is an indication that the thermodynamical and kinetical compounds present the same stability. From a geometrical point of view, it is possible to transform $\mathbf{1}-\mathrm{HgCl}_{2}$ into $1-\mathrm{HgCl}_{2} \cdot \mathrm{CHCl}_{3}$ by coordinating the free N atom of the pyridyl moiety in $\mathbf{1}$ to $\mathrm{Hg}(\mathrm{II})$, which leads to a penta coordination for $\mathrm{Hg}(\mathrm{II})$, as observed in $\mathbf{1}-\mathrm{HgCl}_{2} \cdot \mathrm{CHCl}_{3}$. In addition, the pentacoordination induces a constraint on ligand $\mathbf{1}$, which is less flexible than 2. For this reason, in the ladder-like chains, two of the $\mathrm{Hg}-\mathrm{N}$ distances in $\mathbf{1}-\mathrm{HgCl}_{2} \cdot \mathrm{CHCl}_{3}$ (see table 2) appear to be rather long (2.630(5) $\AA$ and $2.637(5) \AA)$ compared to those found for $2-\mathrm{HgCl}_{2}$ (2.406(15) $\AA, 2.537(8) \AA, 2.542(7) \AA$ and $2.567(12) ~ \AA)$.

For the three architectures presenting a ladder-like structure $\left(\mathbf{1}-\mathrm{HgCl}_{2} \cdot \mathrm{CHCl}_{3}, \mathbf{2}-\mathrm{HgCl}_{2}\right.$ and $\left.\mathbf{2}-\mathrm{CdI}_{2}\right)$, the structural parameters defining the ladder ( d and $\mathrm{d}^{\prime}$ ) were measured and are presented in table 3.


|  | $\mathbf{d}(\AA)$ | $\mathbf{d}^{\prime}(\AA)$ |
| :---: | :---: | :---: |
| $\mathbf{1}-\mathbf{H g C l}_{\mathbf{2}} \cdot \mathbf{C H C l}_{\mathbf{3}}$ | 9.903 | 15.882 |
| $\mathbf{2}-\mathbf{H g C l}_{\mathbf{2}}$ | 13.644 | 22.787 |
| $\mathbf{2}-\mathbf{C d I}_{\mathbf{2}}$ | 13.731 | 22.565 |

From these data, it appears that, as expected, the increasing of the length of the coordinating arm in ligand 2 (compared to the one of ligand $\mathbf{1}$ ), increases the length between steps of the ladder. This also increases the disorder for the ligand and also for the included solvents.
Using these combinations of metals cations Hg (type II) and $\mathrm{Cd}(\mathrm{II})$ and the two ligands $\mathbf{1}$ and $\mathbf{2}$, one may tune the geometrical parameters of the ladder-type architecture.

## 5. Conclusion

Two tripodal ligands $\mathbf{1}$ and $\mathbf{2}$, derived from triarylamine, were combined under mild conditions with metalloligands $\mathrm{HgCl}_{2}$ and $\mathrm{CdI}_{2}$. Four new coordination networks were observed and analyzed by X-Ray diffraction on single crystals. The latter investigations revealed the formation of one-dimensional networks in the solid state. Ligands $\mathbf{1}$ and $\mathbf{2}$ differ by the number of phenyl rings separating the coordinating sites (pyridyl) from the amine core. They display the same geometry but different rigidity and metrics. The short one, ligand 1, forms with $\mathrm{HgCl}_{2}$ two different solvates differing by the number of pyridyl moieties involved in the binding of Hg cation through $\mathrm{Hg}-\mathrm{N}$ bonds. Using the longer one, ligand 2, the combination either with $\mathrm{HgCl}_{2}$ or $\mathrm{CdI}_{2}$, leads to a ladder-like structure, the latter is also observed with $\mathbf{1}$. The same type of assembling node between the analogous metalloligands $\mathrm{HgCl}_{2}$ and $\mathrm{CdI}_{2}$ and $\mathbf{1}$ and $\mathbf{2}$ was observed. This represents an example of the control of the geometrical parameters in 1D coordination compounds through the design of the ligand.

Other combinations of this series of ligands $\mathbf{1}$ and $\mathbf{2}$ are currently in progress using other metal salts and different chlorinated solvents.

## 6. Acknowledgments

We thank the University of Strasbourg, the C.N.R.S, the International centre for Frontier Research in Chemistry (icFRC), the Labex CSC (ANR-10-LABX- 0026 CSC) within the Investissement d'Avenir program ANR-10-IDEX-0002-02, the Institut Universitaire de France, the Ministère de l'Enseignement Supérieur et de la Recherche for a PhD fellowship to B . G.

## 7. Reference

[1] a) C. Lambert, G. Nöll, Angew. Chem. Int. Ed. 37 (1998) 2107-2110;
b) C. Lambert, G. Nöll, J. Am. Chem. Soc. 121 (1999) 8434-8442;
c) H. Murata, P. M. Lahti, J. Org. Chem. 72 (2007) 4974-4977
d) S. Amthor, B. Noller, C. Lambert, Chem. Phys. 316 (2005) 141-152;
e) C. Hua, D.M. D'Alessandro, Supramol. Chem. 27 (2015) 792-797.
[2] a) Y. Shirota, J. Mater. Chem. 15 (2005) 75-93
b) Y. Shirota, H. Kageyama, Chem. Rev. 107 (2007) 953-1010
$[3] \quad$ a) S. Amthor, C. Lambert, J. Phys. Chem. A 110 (2005) 1177-1189;
b) A. Heckmann, C. Lambert, Angew. Chem. Int. Ed. 51 (2012) 326-392;
c) C. Hua, A. Rawal, T.B. Faust, P.D. Southon, R. Babarao, J.M. Hook, J. Mater. Chem. A 2 (2014) 12466-12474.
[4] a) M. Liang, J. Chen, Chem. Soc. Rev. 42 (2013) 3453-3488;
b) J. Wang, K. Liu, L. Ma, X. Zhan, Chem. Rev. 116 (2016) 14675-14725
[5] a) E. Moulin, F. Niess, M. Maaloum, E. Buhler, I. Nyrkova, N. Giuseppone, Angew. Chem., Int. Ed. 49 (2010) 6974-6978;
b) C. Hua, B. Chan, A. Rawal, F. Tuna, D. Collison, J. M. Hook, D. M. D’Alessandro, J. Mater. Chem. C 4 (2016) 2535-2544; c) E. Moulin, J. J. Armao, N. Giuseppone, Acc. Chem. Res. 52 (2019) 4975-983.
[6] M. W. Hosseini, Acc. Chem. Res., 2005, 38, 313-323.
[7] a) B. F. Abrahams, B. F. Hoskins, R. Robson, J. Am. Chem. Soc. 113 (1991) 3606-3607;
b) M. W. Hosseini, CrystEngComm 6 (2004) 318-322;
c) M. W. Hosseini, Acc. Chem. Res. 38, (2005) 313-323.
[8] a) Chem. Rev. 112 (2012) MOFs special issue:
b) Chem. Soc. Rev. 43 (2014) themed issue on MOFs
[9] a) S. Wörl, D. Hellwinkel, H. Pritzkow, M. Hofmann, R. Krämer, Dalton Trans. (2004) 2750-2757
b) R. J. Bushby, C. Kilner, N. Taylor, R. A. Williams, Polyhedron 27 (2008) 383-392
c) M. H. Chisholm, C. B. Durr, S. A. Lewis, Polyhedron 64 (2013) 339-345.
d) L. Chen, S. Mallick, Y. N. Tan, M. Meng, C. Y. Liu, Inorg. Chem. 56 (2017) 7470-7481;
e) Y-F. Zhong, H. Zhang, W.T. Liu, X-H. Zheng, Y-W. Zhou, Q. Cao, Y. Shen, Y. Zhao, P. Z. Qin, L-N. Ji, Z-W. Mao, Chem. Eur. J. 23 (2017) 16442-16446
f) J-H. Tang, Y. Sun, Z-L. Gong, Z-Y. Li, Z. Zhou, H. Wang, X. Li, M. Lal Saha, Y-W. Zhong, P. J. Stang, J. Am. Chem. Soc. 140 (2018) 7723-7729;
g) O. Akintola, M. Böhme, M. Rudolph, A. Buchholz, H. Görls, W. Plass, ChemistryOpen 8 (2019) 271-284
[10] a) M. Yano, K. Matsuhira, M. Tatsumi, Y.Kashiwagi, M. Nakamoto, M. Oyama, K. Ohkubo, S. Fukuzumi, H. Misaki, H. Tsukube, Chem. Commun., 48 (2012) 4082-4084
b) E. Moulin, F. Niess, G. Fuks, N. Jouault, E. Buhler, N. Giuseppone, Nanoscale 4 (2012) 6748-6751
c) R. Sakamoto, S. Katagiri, H. Maeda, H. Nishihara, Chem. Lett. 42 (2013) 553-555
d)T. Tsukamoto, K. Takada, R. Sakamoto, R. Matsuoka, R. Toyoda, H. Maeda, T. Yagi, M. Nishikawa, N. Shinjo, S. Amano, T. Iokawa, N. Ishibashi, T. Oi, K. Kanayama, R. Kinugawa, Y. Koda, T. Komura, S. Nakajima, R. Fukuyama, N. Fuse, M. Mizui, M. Miyasaki, Y. Yamashita, K. Yamada, W. Zhang, R. Han, W. Liu, T. Tsubomura, H. Nishihara, J. Am. Chem. Soc. 139 (2017) 5359-5366
[11] T. Zhang, X. Guo, Y. Shi, C. He, C. Duan, Nat. Comm. (2018) 9:4024
[12] C-M. Ngue, C-W. Chiu, G-H. Lee, S-M. Peng, M-K. Leung, C-I. Yang, Dalton Trans. 47 (2018) 9341-9346
[13] a) Z. Hu, M. Zhao, J. Su, S. Xu, L. Hu, H. Liu, Q. Zhang, J. Zhang, J. Wu, Y. Tian, J. Sol. St. Chem. 258 (2018) 328-334;
b) Y-H. Zhang, J. Bai, Y. Chen, X-J. Kong, T. He, L-H. Xie, J-R. Li, Polyhedron, 158 (2019) 283-289.
[14] F. Yuan, C-M. Yuan, H-M. Hu, Y-Y. Liang, X. Wang, C-S. Zhou, Polyhedron, 155 (2018) 268-274
[15] M-D. Zhang, C-M. Di, L. Qin, X-Q. Yao, Y-Z. Li, Z-J. Guo, H-G. Zheng, Cryst. Growth Des. 12 (2012) 3957-3963
[16] L. Zhao X. Liu, C. Zhao, L. Meng, J. Mol. Struct. 1180 (2019) 547-555
[17] J-S. Hu, Z. Lei, C-L. Pan, J. He, Mendeleev Commun. 24 (2014) 290-292;
[18] J-S. Hu, C-H. Zhou, Y-M. Wang, K-P. Xu,Y-W. Li, Mendeleev Commun. 25 (2015) 211-213.
[19] C. Hua, A. Baldansuren, F. Tuna, D. Collison, D.M. D'Alessandro, Inorg. Chem. 55 (2016) 7270-7280;
[20] C. Hua, P. Turner, D. M. D’Alessandro, Dalton Trans. 42 (2013) 6310-6313
[21] a) M-D. Zhang, L. Qin, H-T. Yang, Y-Z. Li, Z-J. Guo, H-G. Zheng, Cryst. Growth Des. 13 (2013) 1961-1969;
b) F. Meng, L. Qin, M-D. Zhang, H-G. Zheng, CrystEngComm 16 (2014) 698-706
c) F. Meng, M-D. Zhang, K. Sheng, Y-Z. Li, H-G. Zheng, Dalton 44 (2015) 1412-1419
d) C. Hua, B. F. Abrahams, D. M. D'Alessandro, Cryst. Growth Des. 16 (2016) 1149-1155
e) C. Hua, Q.Y. Yang, M. J. Zaworotko, Cryst. Growth Des. 17 (2017) 3475-3481.
[22] a) M-D. Zhang, C-M. Di, L. Qin, Q-X. Yang, Y-Z. Li, Z-J. Guo, H-G. Zheng, CrystEngComm 15 (2013) 227-230;
b) M-D. Zhang, Y. Jiao, J. Li, M-D. Chen, Mendeleev Commun. 25 (2015) 65-66
[23] G-B. Xiao, X-Q. Yao, H Xie, H-C. Ma, P-J. Yan, D-D. Qin, Polyhedron 162 (2019) 39-44.
[24] B. Hu, X. Chen, Y. Wang, P. Lu, Y. Wang, Chem. Asian J. 8 (2013) 1144-1151.
[25] US 2011/0049484 A1, 201
[26] G. M. Sheldrick: Program for Crystal Structure Solution (1997) University of Göttingen: Göttingen, Germany.
[27] A. L. Spek, J. Appl. Crystallogr. 36 (2003) 7-13.


[^0]:    ${ }^{1} \mathrm{H}-\mathrm{NMR}$ and ${ }^{13} \mathrm{C}$-NMR spectra were recorded at room temperature on a Bruker 300 MHz and 500 MHz spectrometers respectively.

